Poly(Lactic Acid) Nano structure mats as potential wound dressings

Keywords: Poly(Lactic Acid), PLA, Skin, Wound dressing, Nano structure, Dermis.

1 Introduction

Wound is every damage and break in the skin surface and/or the disruption of living tissue integrity of the skin or mucosa as a result of factors such as cuts, burns, trauma, illness or other impacts etc. The most public wounds could be generated from accidents, surgical operations, underlying diseases, some undesirable skin conditions. In a wound generation, structures such as blood vessels, muscle and nerve could also be affected simultaneously. The proper protection of the wound is vital for the injured or wounded living being. Since, if the wound is not properly protected and covered, unwanted infections can generate leading to further health hazards and illnesses. Hence, wound dressings are generally utilized to protect and cover the wound. A wound dressing is a sterile pad or compress implemented to a wound in order to support healing and mainly protect the wound from further possible harms. In this part, the introductory information about the skin, skin structure, wound, wound healing phases, wound dressing, ideal wound dressings, types of wound dressings and nano structure mats as wound dressings will be given.

1.1 Skin

Skin, one of the main human organs, works as a barricade to injurious mediums and avoids pathogens from coming into the body (Figure 1).

3 main layers named as the hypodermis, the dermis and the epidermis form the skin [1]-[3]. "Epi" part of the epidermis expression comes from the Greek language and it means "over" [4]. Epidermis is the outmost layer of the skin. The epidermis could be extra sub-segmented as strata, granulosum, spinosum, corneum, lucidum, basale [3]. The dermis cushions the body from stress and strain and is composed of epithelial tissue and a layer of the skin underneath the epidermis [6]. The dermis which harbors many nerve endings which acquire the touch and heat senses is tightly linked to the epidermis via a basement membrane. Dermis besides comprises the hair follicles, blood vessels, apocrine glands, lymphatic vessels, sweat glands, and sebaceous glands [3], [7]. The dermis can be separated into 2 regions structurally: an external area adjoint to the epidermis, described the papillary region, and an unfathomable broader part recognized as the reticular region [4].
Wound healing, a multipart biological procedure, engages cross-talk among various biological organizations for the suitable cell regeneration and tissue regeneration and to reinstate homeostasis and normal biological purpose. Four overlying and mutually dependent periods: hemostasis and coagulation, inflammation, proliferation and re-modeling constitute the typical healing method for a wound.

1.4 Wound dressing

The instant coverage of the wound is obligatory as soon as a great region of skin is lost. Wound dressings could serve an important function in the medicinal system via ensuring mechanical safety (to avoid minor diseases) and creating suitable environment for wound curing (Figure 3). An ideal wound dressing should supply a wet situation whilst absorbing the extreme wound exudates, making enough oxygen supply through permitting gaseous change and present low bacterial exposure with the addition of a wide-range antimicrobial agent. They should as well be nontraumatic and shall not stick to the wound. Furthermore, they shall not injure the granulating tissue at dressing change. It was earlier stated in order to avoid trans-epidermal water loss and microbial disease, the urgent care of skin wounds is also essential. The original interactive dressings might stimulate action in the healing cascade and accelerate the healing route while the inert dressing fulfills quite few of the assets of an perfect dressing and possess restricted use like chief dressings.

1.5 Ideal wound dressings

The best wound dressings should possess and fulfill following properties and performances; fluid control (the capability to absorb fluid, to provide water to a dry wound), physical barrier to evade extra physical damages, microbial control for infected wounds, odor management (a wound frequently can create an appealing and bad odor), low adherences (appropriate dressings could aid to eliminate the adherence to a wound), space filler for deep cavity wounds, debridement by procuring the suitable moisture, T°C and pH, hemostatic (bleeding should be ceased as soon as possible to hinder loss of blood), scar reduction, metal ion metabolism (deficiency in any metal ion retards wound healing), preservation of a wet wound location, absorption of extreme exudates and drought avoidance, gaseous permeability, nontoxic, nonallergenic, sterile, avoidance of bacterial infection and disease diffusion, waterproofness, cost-effective, simple use and elimination.

Figure 1. Schematic structure and layers of the skin.

Figure 2. Some wound examples on human skin and on animals.

Chronic wounds are such damages which can be generated owing to particular diseases like diabetes, tumors, and rigorous physiological contagions. Healing period of such wounds can take over twelve weeks and recurrence of these type of wounds is not abnormal. Apart from these two chief types of wound, also one could classify the wounds regarding their appearance. These wounds can differ in sizes, forms, and statuses and moreover various systems can be utilized to categorize the wounds.

1.3 Wound healing phases

Wound healing, a multipart biological procedure, engages cross-talk among various biological organizations for the suitable cell regeneration and tissue regeneration and to
1.6 Categories of Wound Dressings

Wound dressings could be categorized vis-à-vis diversified features. There are three major wound dressing types named as passive products, interactive materials and active wound-dressing material. Passive products are common dressings like gauze and tulle. These matters simply behave as a general mantle on a wound. Therefore, the wound could recover under this wound dressing. On the other hand, interactive materials include polymeric films and foams which are transparent and permeable to water vapor and O2. Those matters are hyaluronic acid (HA), hydrogels and foamed covers. They are high-quality barriers towards the penetration of bacteria to the wound location. Finally, active wound dressing materials are chitosan, hydrocolloids, collagen and alginates etc. [44],[57],[58].

1.7 Nano structure mats as wound dressings

Unluckily, usual wound dressings like gauze hold imperfect essential role for their malfunctioning material properties [59],[60]. In addition, special stages of the wound healing have varied pathology aspects thereby multi-functional wound dressing is necessity [61],[62]. Nano-mat based wound dressings including nanofibres, nano composites and nano structure materials are chiefly used for wound healing in the recent years because of holding up rapid and expert wound repair [6],[63]-[65]. These wound dressings gained from synthetic or natural polymers have exclusive properties for instance 3-D micro porous structure, high porosity and permeability [44],[66],[67]. These wound dressings have benefits over conservative wound dressing like gauzes, hydrogels, foams, and sponges for the healing of wounds that are [8],[68],[69]:

- Specialized replace of gases and nutrients to support cells proliferation,
- Physical safety of the wounded tissue,
- The likelihood to free useful molecules [17],[63],[70],[71].

Moreover, nanofibrous scaffolds can support hemostasis without the utilization of a hemostatic agent, pursue a rightfully moist set of surroundings for the wound with helping oxygen diffusion. Furthermore, these scaffolds can permit fluid buildup, productively defend the wound from bacterial penetration, and be basically functionalized through therapeutic complexes [10],[72]-[74]. Thus, nano structure mats are confidant substances for assisting wound healing and skin regeneration [15],[63],[75].

In the next main part of this review, poly(Lactic Acid) based nano structure mats as potential wound dressings, their unique and remarkable features for wound healing, recent research studies regarding the usage of PLA Nano Structure Mats for wound healing applications were discovered.

2 PLA nano structure mats as wound dressing

Biomaterials were applied in skin wound care for several times due to their therapeutic assets, containing anti-microbial, anti-oxidant, anti-inflammatory and mitogenic activities. PLA is one of the main biopolymers applied in wound dressing and in dermal reformation [76],[77]. The major advantage of using this material is that it gradually degrades and is eventually absorbed by the skin tissue without any side effects [78]. Also researchers stated that PLA exposed bacteriostatic effects against 2 prevalent organisms. These were cultured from draining ears afterwards tympanostomy tube placement, *P. aeruginosa* and *S. aureus* [33],[75],[79]. Thus in the next part of this review, the different performances of constructs based on PLA nano structure mats for wound dressings will be emphasized and explained expansively.

2.1 Wound healing and histology

For wound dressing applications, PLA Nano Structure mats have been utilized in a vast diversity of forms like nanofibers, porous scaffolds, composite nanofibres containing drugs and additives, porous scaffolds combined with drugs or plant additives which will be reported in detail at below. In some cases after producing wound dressings, different kinds of skin cells were cultured on the mats for *in vitro* assessments. In some cases wound dressings were put on the injure wound location on the skin of the animals for *in vivo* tests. Cell cultivation, alkaline phosphatase (ALP) assay, 3-(4,5-dimethylthiazol-2-yl)-2,5-diphenyltetrazolium bromide (MTT) assay and osteocalcin assay were examined in order to estimate cellular behavior (cellular attachment, viability, proliferation, migration, differentiation and proliferation) on the mats. Furthermore, the studies of the cells’ morphology on the mats were done by SEM, AFM and Fluorescence Microscopy. Also the mechanical characteristics (elasticity modulus, tensile strength) of mats were analyzed. The antimicrobial activities of the specimens were evaluated too. The results of these evaluations will also be described briefly on the following pages.

Figure 4. Novel method for preparing PLA nanofibrous wound dressing [80].

In the newest research in 2018, Yee Foong *et al.* fabricated a PLA nano-biocomposite for acute wound dressing. Dry nanofiber bacterial cellulose (BC) sheet were coated by PLA. Bacterial cellulose is a class of peerless non-plant cellulose. Bacterial cellulose can be created by a help of different bacteria types of bacteria. Some of these bacteria are *Acetobacter xylinum*, *Rhizobium*, *Aerobacter*, *Agrobacterium*, *Gluconacetobacter*, *Azotobacter*, *Achromobacter*, *Salmonella*, *Escherichia*, *Alcaligenes*, and *Sarcina*. Bacterial cellulose membrane was utilized for wound dressing in here. Since broad ultraline network of bacterial cellulose eases wound healing location, advances wound exudates absorption, decreases scarring and enhances re-epithelialization simultaneously as increases healing ratios. The BC sheets can be enhanced by using a biopolymer for providing remarkable mechanical tenacity and porous surface morphology [81].
Bacterial Cellulose sheets, created with the development of nata de coco jelly, were dried. PLA has been used for the coating matters at the amount of 8%. Afterwards, the specimens loaded with anti-septic material like benzalkonium chloride (BAC). The utilization of PLA coating can develop the water resistance of the BC. The BC/8PLA bio-composite film displayed strong anti-microbial actions against two well-known bacteria (S. aureus and E. coli) [81].

PLA was blended with poly(aniline-co-ethyl3-aminobenzoate) (3EABPANI) copolymer and co-electro spun into nanofibers to explore its possibility as wound healing systems. In order to evaluate cell morphology and bio-compatibility, nano-fibrous specimens of pure polylactic acid and PLA/3EABPANI were accumulated on glass materials. The proliferation of COS-1 fibroblast cells on the nano-fibrous surfaces was controlled. Electro spinning was utilized in the manufacturing of the PLA/3EABPANI blends and resulted in better mammalian cell growth [79].

A novel interactive extracellular matrix nanofibrous wound dressings from PLA and CA (Cellulose Acetate) were manufactured in 2017 [82]. Thymoquinone (TQ) was included into the scaffolds to avoid prevalent medical infections, and for hastening the amount of wound closure and re-epithelialization and several benefits of TQ-laden Poly[lactic acid]/CA wound dressings were suggested. Mimicking the interactive extracellular matrix through the three-D nanofibrous structure, and encouragement the cell proliferation because of the hydrophilicity and bio-activity of cellulose acetate were some of these benefits. Moreover, the wound dressings stopped the bacterial infection in initial phases because of the existence of TQ, and preserved the minimum probable bacterial load in the wound area over the withstand relesement of the drug for nine days. in v vivo valuation proved which TQ-laden PLA: CA (7:3) scaffolds encouragingly helped the wound healing procedure by ascending re-epithelialization and controlling the creation of granulation tissue [82].

Aloe vera (AV) is a pharmaceutical herb. AV displays well-recognized spectrum of therapeutic characteristics containing anti-microbial, anti-oxidant, anti-inflammatory, and analgesic activities. Also, cell proliferation and migration of keratinocytes and fibroblast cells can be increased with AV. Biological properties of PLACL-SF-AV nanofibres demonstrated that this nano-mat can be a special biomaterial for skin tissue regeneration [83]. Salma et al. [84] created nanofibrous scaffolds based on PLA and Cellulose Acetate (CA) as an ideal biomaterial wound dressing. Thymoquinine (TQ), the dynamic component of Nigella sativa, was added into the nanofibers for its anti-bacterial assets and capacity to support wound healing. Its hydrophilicity and water intake capacity were advanced with the existence of cellulose acetate in the scaffolds. Besides, this resulted in a humid site for the wound. The TQ-laden CA/PLA nano composite showed strongly antibacterial performance against gram (+) and gram (-) bacteria (Figure 5) [84]. in v vivo assays carried out on mice skin wound models revealed that thymoquinone-laden poly(lactic acid); cellulose acetate (7:3) scaffolds considerably expedites the wound healing procedure through supporting angiogenesis, augmenting reepithelialization and managing granulation tissue generation [84].

Carvacrol (CAR) is one of the best capable vital oil components with anti-microbial activity. Saffaro et al. [85] studied the possibility of incorporating CAR into PLA nanofibres. PLA membranes comprising regularly dispersed CAR were effectively equipped and a series of systematic examinations containing morpho-mechanical characteristics, in vitro releasement ratio, and anti-microbial/anti-biofilm activities against S. aureus and C. albicans were approved. According to outcomes of this study, CAR displays a nice compatibility with poly(lactic acid) and performances as the plasticizer, advancing flexibility and extensibility of matrix. The graded release of CAR from poly(lactic acid) mats permitted a noteworthy anti-microbial activity up to one hundred forty four hours and decreased the bio-film manufacture by 92-96% and 88-95% of S. aureus and C. albicans in single and mixed cultures, respectively. A powerful decrement of cell count, biomass, metabolic activity, and vitality of established twenty-four-h and forty eight-h biofilms were also revealed [85].

Ginsenoside-Rg3 (G-Rg3) is a potent angiogenic inhibitor, derived from Red ginseng. Cui et al. [86] fabricated electro spun PLLA/G-Rg3 nanofibers for preventing scar hyperplasia of skin. The results demonstrated a potential application of G-Rg3/PLLA electro spun nanofibrous scaffolds to restore the structural and functional characteristics of wounded skin. Vashosaz et al. [87] prepared nanofibers through electrospinning process with different percentiles of the blends of 2 polymers of poly(methyl vinyl ether-co-maleic acid) (PMVEMA) and poly(lactic-co-glycolic acid) (PLGA) load with montelukast that was effectual for wound curing. Li et al. [88] organized P(LLA-CL)/ PDEGMA nanofibrous mats. Blend fibers of PDEGMA [Poly(di(Ethylene Glycol) Methyl Ether Methacrylate)] and P(LLA-CL) [Poly-[lactic Acid-co-caprolactone]] were constructed through electrospinning. Moreover, analogous nanofibers having CIF were made and X-ray diffraction displayed the drug to be in existence in the amorphous physical form post electrospinning. The specimens indicate distinct thermo-sensitive characteristics and provided continued releasement of CIF higher than 20 hours in vitro. The nanofibers can help the proliferation of fibroblasts, and by variable the temperature cells can simply be adjoined to and separated from the nanofibers. Antibacterial examinations proved that nanofibers laded via Ciprofloxacin were active in preventing the growth of E. coli and S. aureus. In v vivo examinations on rats specified that the P(LLA-CL)/ PDEGMA nanofibers laded with CIF possessed...
more efficient wound healing characteristics in comparison with a commercially available gauze and CIf-laden nanofibers made only of F(LLL-CL) [88]. The optimized relative amount of PLGA/PMVEMA was 3:1 with the totality concentration of polymers as 37% loaded by 30% of montelukast fabricated nanofibers by a diameter of 157.6 nm, medicine loading percent of 43.7% and reabsorption effectiveness of 75% after ten days [87]. In 2017, PLA nanofibers were utilized like a delivery system for propolis ethanolic extract (PPE) and silver nanoparticles (AgNPs) that are recognized for their famous Antiseptic and Antimicrobial activities that progressed wound healing. Electrospun PLA nanofibers with PEE sustained viability of HaCaT cells. Examination of antimicrobial activity proved the capacity of PLA/AgNPs nano mats for decreasing the microorganism growth [89].

Lately reported that Polyaniline/PLA nanofibers let mammalian cells to adjoin and proliferate, at the same time as killing pathogenic bacteria cells. Moreover, they are new conductive substances. Polyaniline/PLA nanofibers are potentially nice fitted for utilization as scaffolds for antimicrobial wound dressings because they are capable to kill microorganisms with no antiseptic drug [90]. In the investigation by Karami et al. [91], electrospun poly(e-caprolactone) (PCL), PLA, and their 50/50 hybrid nanofibrous specimens holding the herbal drug thymol (1.2% v/v) fabricated for wound healing.

The electrospun 50/50 PCL/Poly(Lactic acid) specimens with thymol possessed a notable wound closure percentile of 92.5% after a time of fourteen days according to outcomes of this study [91]. In another research, nano-porous nonwoven mats of dibutyryl chitin (DBC) /PLA blends were fabricated for wound healing. The healing effectiveness of the hairless mice with DBC specimens on the 5th day was alike to the skin healing phase of control mice on the 8th day [90].

In 2013, PLA nanofibers were utilized as a carrier for Cur (Curcumin: The extract of the roots of Curcuma longa L). Since PLA nanofibers possess a high-specific surface area and high porosity that could improve the useful characteristics of Cur [75], [92]. The features of Cur/PLA nanofibers having various quantities of Cur were checked. Curing wounds with Cur/PLA specimens considerably raised the speed of wound closure (87%) by day seven in comparison to that of PLA nanofibers (58%) [75].

In another work, nano-composite mats of poly (D,L-Lactide) nanofibers with various zinc oxide nanoparticles (nano-ZnO) concentration were constructed by 2 procedures. These methods were electrospinning of polymer/zinc-oxide solutions and integration of electrospinning of polymer solutions with electrospraying of nano-zinc-oxide dispersions. A uniform morphology with a mean porosity 55% and mean pore size almost 45 μm was determined on the poly (D,L-Lactide)/ZnO fibrous mats. Moreover, the existence of zinc-oxide nano-particles enhanced the toughness of the specimens, and the best nano-zinc-oxide concentration (3 wt%) was monitored at which the tensile strength and elasticity modulus can be enhanced [93]. Sagala et al. [94] studied on antibacterial properties of mats constructed from PLA nanofibers with antibacterial agent triclosan (TR) for wound dressing. TR is a basically water insoluble antibacterial agent. TR was added to PLA solution. The solutions were then electrospun to produce PLA nanofibers. The PLA webs tested for their antibacterial activities using agar diffusion test [94]. Cyclo-dextrins (CDs) are naturally non-toxic cyclic oligosaccharides containing α,1,4-linked glucopyranose units. TRs anti-bacterial activity could be improved by enhancing the solubility with forming CD-IC. Triclosan/Cyclodextrin inclusion complexes (TR/CD-IC) incorporated in PLA nanofibers by electrospinning and the antibacterial characteristics of the webs were examined. PLA nanofibers incorporating TR/CD-IC displayed higher antibacterial activity versus S. aureus and E. coli bacteria in comparison with PLA nano fibers comprising only TR without CD-IC [95]. Garcinia cambogia (GC) Xanthones and their derivatives were found to be the main constituents in crude extracts of GC. These compounds were well established for their biological and pharmacological characteristics comprising anti-microbial, anti-oxidant, anti-inflammatory, and anti-malarial activities. The antimicrobial and antioxidant properties of the GC-laden PLA nanofibrous mats were promising. It was found that mats containing 50% GC were discovered to be non-toxic to normal human dermal fibroblasts [96]. In 2010, PLA/Ag nano composite films with different silver nanoparticle weight percentiles (8, 16 and 32 wt%) were fabricated and anti-bacterial characteristics of specimens were studied. Chemical reduction process in diphasic solvent was utilized for silver nanoparticles synthesis into PLA and silver nitrate and sodium borohydride were correspondingly utilized as a silver pioneer and reducing agent in the PLA. It can be concluded from the outcomes that PLA/Ag films had a surprising anti-bacterial activity with the rise in the percentile of Ag nanoparticles in the PLA [97].

Shikonin is a natural material with a testatum spectrum of wound healing, anti-tumor, anti-microbial, anti-oxidant and anti-inflammatory properties. Kontogianopoulos et al. [98] constructed electrospun PLLA, PLGA and cellulose acetate nanofiber mats containing shikonin with proper release patterns for transdermal wound healing dressings. Jang et al. [99] estimated the influence of nonwoven mat of PLA/DBC blend nanofibers on skin wound healing in hairless mice. During a cell spreading assess in scratched human HaCaT keratinocytes, the cell spreading efficiency of DBC was validated. Scratch wound tests illustrated that DBC notably expedites the spreading ratio. The molecular aspects of the healing procedure examined by hemotoxilin & eosin staining of the healed skin. This exhibits the extents of reepithelialization and immunostaining on extracellular matrix synthesis and remodeling of the skin. DBCNF-M [Nano-porous non-woven mats of electrospun DBC(DiButyryl Chitin)/PLA blend nanofibers] remarkably enhanced the expression of the type 1 collagen andfilaggrin. DBC remarkably expedites the spreading ratio of HaCaT keratinocytes in a dose dependent method and topical use of DBCNF-M reduced skin wound rank scores and considerably raises the skin remodeling in hairless mice [99].

Mohiti-Asli et al. [100] produced scaffolds for the treatment of acute and chronic wounds with the effective association of ibuprofen in PLA nanofibers. Nano-fibrous PLA scaffolds holding 10, 20, or 30 wt % ibuprofen were constructed. Ibuprofen release characteristics were measured. in vitro cyto-toxicity to human epidermal keratinocytes (HEK) and human dermal fibroblasts (HDF) of the scaffolds with changing ibuprofen concentrations were assessed against pure poly(lactic acid) nano-fibrous scaffolds. Afterwards, in order to support skin regeneration and/or assistance with scarless healing, scaffolds loaded with ibuprofen at the
concentration that helped human skin cell viability and proliferation (20 wt%) were considered in vivo in nude mice utilizing a full thickness skin incision model to control the capability of these scaffolds. A new regenerated skin on wounds applied via cell-seeded 20 wt% ibuprofen bandages showed suggestively higher blood vessel creation in relation to acellular ibuprofen bandages. Moreover, degradable anti-inflammatory scaffolds having 20 wt% ibuprofen help human skin cell viability and proliferation in vitro, decrease wound contraction in vivo [100]. Silver ion releasing PLA nanofibrous scaffolds that display outstanding anti-bacterial efficiency without the utilization of silver nano-particles were designed by Mohiti-Asli et al. [101] via a silver ion solution release (Silvadur ET) contained of silver nitrate, a proprietary polymer binder, water and ethanol. That was the first research using a polymeric coating comprising silver nitrate on nano-fibrous scaffolds. Nano-fibers coated via solutions possessing various concentrations of silver ranging from 31.25 to 250 μg/ml displayed outstanding anti-microbial characteristics versus both gram (+) and gram (-) bacteria.

On the other hand, they did not display influence on silver resistant bacteria. Biocompatibility investigations of the specimens specified that scaffolds coated with Silvadur ET solution holding silver equal to or less than 62.5 μg/ml continued viability and proliferation of both human dermal fibroblasts and human epidermal keratinocytes. These novel antimicrobial nanofibrous scaffolds were fabricated for the first time and comprise silver in a form rather than nanoparticles while still displaying outstanding anti-microbial efficiency. The results show that silver could be employed in nano-fibrous bandages for wound healing treatments when provided in suitable formation as well as concentration [101].

Govindraj P et al. [102] implemented an effective association of curcumin (Cur) into a blend of PLA and hyper-branched polyglycerol (HPG). Cur concentration was optimized up to 10% in order to acquire smooth and bead free fibers. Cur concentration displayed the influence on diameter of the fiber. The existence of HPG also increases the swelling ratio, a significant characteristic needed for tissue engineering by creating more hydrophilic structure. This greater swelling characteristic also enriched the release profile of the Cur, a significant treatment of a nanofibrous scaffold. In respect of the tissue-engineering parameters such as cell adhesion, cell proliferation and cell viability were concerned, the blended structure PLA/HPG/Cur fiber provided an environment profile for those characteristics [102]. In another work, researchers used silk fibroin (SF) and poly (Lactic-co-Glycolic Acid) (PLGA) for production of wound dressing. They optimized the electro-spinning process of these polymers to construct a hybrid membrane as a chronic wounds dressing in vitro assessments demonstrated that the attachment and proliferation of L929 were considerably enhanced on PLGA/SF (2:1) hybrid scaffold. Also the histopathological evaluations proved the in vitro outcomes. On fifteenth day, the residual wound area in PLGA/SF (2:1) hybrid membrane group was notably less than PLGA and control groups [20]. The usage of poly (lactic-co-glycolic acid) (PLGA)/collagen nanocomposite scaffolds for wound healing treatment were studied by Sadeghi et al. [103]. PLGA and collagen were dissolved in HFIP as a prevalent solvent and scaffolds were produced by electro-spinning technique. Cytotoxicity and cell adhesion were analyzed for 2 cell line groups, human dermal fibroblast (HDF) and human keratinocyte (HaCat). Scanning electron microscope photos demonstrated suitable cell adhesion to the scaffold for both cell lines. MTT assays specified that the cell viability of HDF cells enhanced via time, nevertheless the number of HaCat cells declined after fourteen days. Its elongation was low. However, the final tensile strength was appropriate for skin substitute treatment [103].

S. Katti et al. [104] fabricated the Poly (Lactide-co-Glycolide) (PLAGA) nanofibers via electrospinning method for wound healing applications and determined the influence of manufacturing factors: polymer solution concentration, voltage per unit length, the morphology and diameter of nanofibers and orifice diameter (needle gauge). The outcomes specified that the diameter of nano fibers was diminished with a rise in needle gauge (decrement in orifice diameter). Moreover, it was enhanced with an increment on polymer solution concentration. The average diameter of the nano fibers diminished with a rise in voltage. Feasibility of drug association into the nano fibers was revealed via usage of cefazolin, a broad-spectrum antibiotic.

2.2 Cell viability assay

Table 1 summarizes the cell viability of different skin cells cultured on PLA nano structure mats. Table 1 displays that different research groups investigated and reported the cell viability/proliferation results of different skin cells [such as mouse myoblast cell line, HDF (Human dermal Fibroblasts), HEK (Human epidermal keratinocytes), COS-1 fibroblast (African Green Monkey Fibroblast Cells), mouse fibroblast cells and HaCat cells (The immortalized human keratinocyte cell line etc.) cultured on different PLA based nano structure mats [such as PLA nanofibers, PLA/Curcumin nanofibers, PLA/ibuprofen nanofibers, PLA/3EABPANI (Poly(aniline-co-ethyl 3-amino benzoate) copolymer), PLA/TQ (Thymoquinone) nanofibres, PLA/CA (Cellulose Acetate) / TQ (Thymoquinine) nanofibres, PLA/ PEE (Propolis ethanolic extract etc.) according to the number of days (between 1 day and 2 weeks) with the utilization of different methods [such as CCK (Cell Counting Kit)-8 assay, AlamrBlue assay, Continuous fluorescence assay and MTT ((3-(4,5-dimethylthiazol-2-yl)-2,5-diphenyltetrazolium bromide) assay etc.]

3 Conclusions

It is known that wound is any damage and break in the skin surface and/or the disruption of living tissue integrity of the skin or mucosa as a consequence of factors such as cuts, burns, trauma, illness or other impacts etc. The most common wounds could be formed via accidents, surgical operations, underlying diseases, some undesirable skin conditions. In a wound generation, structures such as blood vessels, muscle and nerve could also be affected simultaneously. The proper suitable protection of the wound is vital for the injured or wounded living being. Since, if the wound is not properly protected and covered, unwanted infections can generate leading to further health hazards and illnesses. Consequently, wound dressings which are a sterile pad or compress implemented to a wound to encourage healing and protect the wound from further possible harms are used for protecting and covering the wounds. However, wound healing is a complex procedure that necessitates designing a suitable wound healing system or dressing which possesses key factors like a wet wound location, avoidance of microbial action and absorption of exudates.
Various wound dressings can be accessible but not all can meet the specific conditions of a perfect wound healing system to complete proper wound healing process. Biomaterials can be applied in skin wound care for several times because of their therapeutic assets, containing anti-microbial, anti-oxidant, anti-inflammatory and mitogenic activities. PLA is one of these main biopolymers applied in wound dressing and in dermal reformation. The major advantage of using this material is that it gradually degrades and is eventually absorbed by the skin tissue without any side effects. Indeed, PLA Nano Structure Mats are a new class of materials that possess great potential in wound healing because of bio-compatibility, bio-absor-bibility, biodegradability, absorption of exudates from the wound, physical safety of the wounded tissue and the possibility to free useful molecules. When all literatures were examined closely in detail, it is vital to point out that PLA biopolymer can be utilized in many different forms for proper wound dressing applications. For instance, PLA nano structure mats have been utilized in a vast diversity of forms like nanofibers, porous scaffolds, composite nanofibres containing drugs and additives, porous scaffolds combined with drugs or plant additives for wound dressing applications. In some cases after producing wound dressings, different kinds of skin cells were cultured on the mats for in vitro assessments. In some other cases wound dressings were put on the injure wound location on the skin of the animals for in vivo tests. Cell cultivation, alkaline phosphatase (ALP) assay, 3-(4,5-dimethylthiazol-2-yl)-2,5-diphenyltetrazolium bromide (MTT) assay and osteocalcin assay were examined in order to estimate cellular behavior (cellular attachment, viability, proliferation, migration, differentiation and proliferation) on the mats. Furthermore, the studies of the cells’ morphology on the mats were done by SEM, AFM and Fluorescence Microscopy. Also the mechanical characteristics (elasticity modulus, tensile strength) of mats were analyzed. Moreover, the antimicrobial activities of the produced specimens were evaluated too. Different characteristics (such as anti-microbial, anti-inflammatory etc.) and biomedical applications of PLA nano structure mats for wound dressing applications were explored in detail. Overall, PLA biopolymer was exhibited to be a potential bio-material to be utilized in wound healing because of its anti-microbial and anti-inflammatory

Table 1. Cell viability/proliferation assay of PLA nano-fibrous specimens as wound dressings.

| Type of Wound Dressings | Type of Cells | Cell Proliferation and Cell growth viability Evaluation Method | Cell Viability/Proliferation (According to Number Of The Days) | Ref. |
|-------------------------|--------------|---------------------------------------------------------------|---------------------------------------------------------------|-----|
| **PLA Nanofibers**       | Mouse myoblast cell line | CCK (Cell Counting Kit)-8 assay | 0.4 | - | 0.45 | - | 0.9 | - | - | - | [75] |
| **PLA/0.125 wt% Cur Nanofibers** | Mouse myoblast cell line | CCK (Cell Counting Kit)-8 assay | 0.45 | - | 0.5 | - | 1 | - | - | - | [75] |
| **PLA/1.250 wt% Cur Nanofibers** | Mouse myoblast cell line | CCK (Cell Counting Kit)-8 assay | 0.4 | - | 0.5 | - | 1.25 | - | - | - | [75] |
| **PLA/6.250 wt% Cur Nanofibers** | Mouse myoblast cell line | CCK (Cell Counting Kit)-8 assay | 0.4 | - | 0.45 | - | 0.55 | - | - | - | [75] |
| **PLA nanofibres**       | HDF (Human dermal Fibroblasts) and HEK (Human epidermal keratinocytes) | AlamarBlue assay | 27% | - | - | 37% | - | 67% | 30% | 30% | [100] |
| **PLA/10 wt% ibuprofen nanofibres** | HDF and HEK | AlamarBlue assay | 25% | - | - | 35% | - | 65% | 32% | 28% | [100] |
| **PLA/20 wt% ibuprofen nanofibres** | HDF and HEK | AlamarBlue assay | 41% | - | - | 43% | - | 71% | 42% | 43% | [100] |
| **PLA/30 wt% ibuprofen nanofibres** | HDF and HEK | AlamarBlue assay | 38% | - | - | 40% | - | 65% | 39% | 31% | [100] |
| **PLA/3EABPANI 95:5 Nanofibers** | COS-1 fibroblast (African Green Monkey Fibroblast Cells) | Continuous fluorescence assay | 1 | 2.2 | 4.1 | 5.7 | - | - | - | [79] |
| **PLA/3EABPANI 85:15 Nanofibers** | COS-1 fibroblast | Continuous fluorescence assay | 1 | 1.5 | 4 | 5.8 | - | - | - | [79] |
| **PLA/3EABPANI 70:30 Nanofibers** | COS-1 fibroblast | Continuous fluorescence assay | 1 | 1.8 | 4.4 | 6.2 | - | - | - | [79] |
| **PLA/3EABPANI 55:45 Nanofibers** | COS-1 fibroblast | Continuous fluorescence assay | 1 | 1.7 | 4.5 | 6.5 | - | - | - | [79] |
| **PLA nanofibres**       | Mouse fibroblast cells | MTT [(3-(4,5-dimethylthiazol-2-yl)-2,5-diphenyltetrazolium bromide)] assay | 0.13 | - | 0.13 | - | - | 0.13 | - | - | [82] |
| **PLA/TQ nanofibres**    | Mouse fibroblast cells | MTT assay | 0.11 | - | 0.12 | - | - | 0.15 | - | - | [82] |
| **PLA/CA/TQ nanofibres** | Mouse fibroblast cells | MTT assay | 0.15 | - | 0.25 | - | - | 0.35 | - | - | [82] |
| **PLA Nanofibers / 10% wt% Ethanol** | HA CaT Cells (The immortalized human keratinocyte cell line) | MTT assay | 100% | - | - | - | - | - | - | - | [89] |
| **PLA nanofibers /10 wt% PEE** | HA CaT cells | MTT assay | 90% | - | - | - | - | - | - | - | [89] |
| **PLA Nanofibers**       | Mouse fibroblast cells (3T3-L1) | MTT assay | 100% | - | - | - | - | - | - | - | [84] |
| **TQ/PLA/CA 9:1 Nanofibers** | Mouse fibroblast cells (3T3-L1) | MTT assay | 99.5% | - | - | - | - | - | - | - | [84] |
| **TQ/PLA/CA 7:3 Nanofibers** | Mouse fibroblast cells (3T3-L1) | MTT assay | 99.1% | - | - | - | - | - | - | - | [84] |

*: Ref. Reference number.
nature and with many other aforementioned positive features. And moreover, PLA biopolymer finds utilization in several various forms of wound dressings. It is known that the efficient dressings should possess features optimized for exacting form of wound at a sensible low cost and with minimum problem to patients. Many different consequences of the related implemented analysis and tests of PLA biopolymer usage in wound dressing have been stated earlier. PLA nano structure mats have been used in a vast diversity of forms for wound dressing applications in many recent studies. As a result, PLA nano structure mats for wound dressing applications shows high potential for future applications with its positive properties and satisfactory performance. It is thought that the usage of PLA biopolymer nano structure mats in wound dressing will increase with the upcoming future studies and possible future commercial applications that may emerge in the light of all these scientific studies.

4 References

[1] Gainza G, Villullas S, Pedraz JL, Hernandez RM, Igartua M. "Advances in drug delivery systems (DDSs) to release growth factors for wound healing and skin regeneration". Nanomedicine: Nanotechnology, Biology and Medicine, 11(6), 1551-1573, 2015.
[2] Zahedi P, Rezaeian I, Ranaei-Siadat S-O, Jafari S-H, Supaphol P. "A review on wound dressings with an emphasis on electrospun nanofibrous polymeric bandages". Polymer Advanced Technology, 21, 77-95, 2010.
[3] Macía-Rodriguez C, Alende-Castro V, Vazquez-Ledo L, Novo-Veleiro I, González-Quintela A. "Skin and soft-tissue infections, factors associated with mortality and re-admissions". Enfermedades Infecciosas y Microbiología Clínica, 35(2), 76-81, 2017.
[4] Abrahamian FM, Talan DA, Moran GJ. "Management of skin and soft-tissue infections in the emergency department". Infectious Disease Clinics of North America, 22(1), 89-116, 2008.
[5] Agnes Mary S, Giri Dev VR. "Electrospun herbal nanofibrous wound dressings for skin tissue engineering". The Journal of The Textile Institute, 106(8), 886-895, 2015.
[6] Chen S, Liu B, Carlson MA, Gombart AF, Reilly DA, Xie J. "Recent advances in electrospun nanofibers for wound healing". Nanomedicine, 12(11), 1335-1352, 2017.
[7] May AK. "Skin and soft tissue infections". Surgical Clinics of North America, 89(2), 403-420, 2009.
[8] Mayet N, Choonara YE, Kumar P, Tomar LK, Tyagi C, Du Toit LC. "A Comprehensive review of advanced biopolymeric wound healing systems". Journal of Pharmaceutical Sciences, 103(8), 2211-2230, 2014.
[9] Patrulea V, Ostafe V, Borchard G, Jordan O. "Chitosan as a starting material for wound healing applications". European Journal of Pharmaceutics and Biopharmaceutics, 97, 417-426, 2015.
[10] Rahmani Del Bakhshayesh A, Annabi N, Khalilov R, Akbarzadeh A, Samiei M, Alizadeh E. "Recent advances on biomedical applications of scaffolds in wound healing and dermal tissue engineering". Artificial Cells, Nanomedicine, and Biotechnology, 46(4), 691-705, 2018.
[11] Gao W, Sun L, Fu X, Lin Z, Xie W, Zhang W. "Enhanced diabetic wound healing by electrospun core-sheath fibers loaded with dimethylglyoxal-glycine". Journal of Materials Chemistry B, 6(2), 277-88, 2018.
[12] Joe K. "Wound Care". http://balkanvets.com (21.10.2017).
[13] Leung V, Hartwell R, Yang H, Rahmani-Neishaboor E, Y. Li FK, Ghalary A. "Polymer-based composite nanofibres for wound healing applications". 18th International Conference on Composite Materials, Jeju Island, South Korea, 21-26 August 2011.
[14] Wills J. "Horse Care". https://www.horseandhound.co.uk(09.05.2018).
[15] Vakilian S, Norouzi M, Soufi-Zomorrod M, Shabani I, Hosseinzadeh S, Soleimani M. "Inermis-loaded nanofibrous scaffolds for wound dressing applications". Tissue and Cell, 51, 32-38, 2018.
[16] Lai H-J, Kuan C-H, Wu H-C, Tsai J-C, Chen T-M, Hsieh D-J. "Tailored design of electrospun composite nanofibers with staged release of multiple angiogenic growth factors for chronic wound healing". Acta Biomaterialia, 10(10), 4156-4166, 2014.
[17] Abrigo M, McArthur S, Kingshott P. "Electrospun nanofibers as dressings for chronic wound care, advances, challenges, and future prospects". Macromolecular bioscience, 14(6), 772-792, 2014.
[18] Katti DS, Robinson KW, Ko FK, Laurencin CT. "Bioresorbable nanofiber-based systems for wound healing and drug delivery, Optimization of fabrication parameters". Journal of Biomedical Materials Research Part B, Applied Biomaterials, 708(2), 286-96, 2004.
[19] Rieger KA, Birch NP, Schifman JD. "Designing electrospun nanofiber mats to promote wound healing-a review". Journal of Materials Chemistry B, 1(36), 4531-4541, 2013.
[20] Shahverdi S, Hajimiri M, Esfandiari MA, Larjani B, Atyabi F, Rajabiani A. "Fabrication and structure analysis of poly(lactide-co-glycolic acid)/silk fibroin hybrid scaffold for wound dressing applications". International Journal of Pharmaceutics, 473(1), 345-355, 2014.
[21] Rather HA, Thakore R, Singh R, Jhala D, Singh S, Vasita R. "Antioxidative study of Cerium Oxide nanoparticle functionalised PCL-Gelatin electrospun fibers for wound healing application". Bioactive Materials, 3(2), 201-211, 2018.
[22] Shek H. "Tip of the Day Wounds Bleeding". https://www.rhodes2safety.co.uk (20.02.2018).
[23] Choi JS, Leong KW, Yoo HS. "In vivo wound healing of diabetic ulcers using electrospun nanofibers immobilized with human epidermal growth factor (EGF)". Biomaterials, 29(5), 587-596, 2008.
[24] Franklin V. "Wound Management". https://franklinvets.co.nz (17.03.2019).
[25] Kerry R. "Recognising different categories of wounds and bleeding". https://www.rhodes2safety.co.uk/k9-tip-of-the-day-wounds-bleeding/ (17.03.2019).
[26] Thinline D. "Wash and disinfect the wound to removing alldirt". https://www.thinline.com/scene/6928814320994221 (17.03.2019).
[27] Thinline A. "Open Wound". https://www.thinline.com/scene/911241389793083 (17.03.2019).
[28] Linda B. "First aid for gunshot wounds". https://www.health24.com/Medical/First-aid/Wounds-and-bleeding/first-aid-for-gunshot-wounds-20151124 (17.03.2019).
Recent advances in electrospun nanofibers for wound management materials. Journal of Textile Engg Fashion Technology, 4(1), 53-59, 2018.

Pásztor N, Rédel E, Szabó ZI, Sipos E. "Preparation and characterization of levofloxacin-loaded nanofibers as potential wound dressings". Acta Medica Marisienis, 63(2), 66-69, 2017.

Choi SW, Son BW, Son YS, Park YI, Lee SK, Chung MH. "The wound-healing effect of a glycoprotein fraction isolated from aloe vera". British Journal of Dermatology, 145(4), 535-545, 2001.

Kataria K, Gupta A, Rath G, Mathur RB, Dhakate SR. "In vivo wound healing performance of drug loaded electrospun composite nanofibers transdermal patch". International Journal of Pharmaceutics, 469(1), 102-110, 2014.

Felgueiras HP, Amorim MTP. "Functionailization of electrospun polymeric wound dressings with antimicrobial peptides". Colloids and Surfaces B, 156, 133-149, 2017.

Allahvaii S, Jafari KT, Imani S, Kanshani M. "Efficacy of electrospun bionanofibers as fumigant pesticides in foodstuff storage". Journal of Plant Protection Research, 57(1), 72-80, 2017.

Ilaria T, Barbara Z, Franco B, Vincenzo V. "Nano-technology-Based therapies for skinwound regeneration". Journal of Nanomaterials, 2012, 1-11, 2012.

Ahmadi MS, Rabban KM, Moshtaghian SJ, Talebi A, Khezri M. "Application of chitosan/PVA nano fiber as a potential wound dressing for streptozotocin-induced diabetic rats". International Journal of Biological Macromolecules, 92(Supplement C), 1162-1168, 2016.

Medical M. "Veterinary Wound Dressing". http://www.medicalexpo.com (08.01.2019).

Nathwani D, Dryden M, Garau J. "Early clinical assessment of response to treatment of skin and soft-tissue infections, how can it help clinicians? Perspectives from Europe". International Journal of Antimicrobial Agents, 48, 127-136, 2016.

Babaeianzadagh F, Shabani I, Seyedjafari E, Naraghi ZS, Vasei M, Haddadi-Aal V, Hesari KK, Soleimani M. "Accelerated epidermal regeneration and improved dermal reconstruction achieved by polyethersulfone nanofibers". Tissue Engineering Part A, 16(11), 3527-3536, 2010.

Abdelgawad AM, Hudson SM, Rojas OJ. "Antimicrobial wound dressing nanofiber mats from multicomponent (chitosan/silver-NPs/polyvinyl alcohol) systems". Carbohydrate Polymers, 100(Supplement C), 166-78, 2014.
[60] Kiran KC, Régis C, Patrick M, Ucakar B, Rieux A, Vandermeulen G. "Combined effect of PLA and curcumin on wound healing activity". Journal of Controlled Release, 171, 208-215, 2013.

[61] Liu Y, Zhou S, Gao Y, Zhai Y. "Electrospun nanofibers as a wound dressing for treating diabetic foot ulcer". Asian Journal of Pharmaceutical Sciences, 14(2), 130-143, 2019.

[62] Liu M, Duan X-P, Li YM, Yang DP, Long YZ. "Electrospun nanofibers for wound healing". Materials Science and Engineering C, 76, 1413-23, 2017.

[63] Sarhan W, Aazazy HME, El-Sherbiny IM. "Honey/Chitosan nanofiber wound dressing enriched with allium sativum and cleome drossferia, enhanced antimicrobial and wound healing activity". ACS Applied Materials & Interfaces, 8(10), 6379-6390, 2016.

[64] Hossein G. "Application of nanofibrous structures in skin replacements and wound dressing". Second Congress of Wound and Tissue Regeneration, Iran, Tehran, Milad Hospital, 2015.

[65] Andreu V, Mendoza G, Arruebo M, Irusta S. "Smart dressings based on nanostructured fibers containing natural origin antimicrobial, anti-inflammatory, and regenerative compounds". Materials, 8, 5154-5193, 2015.

[66] Quirós J, Botes K, Rosal R. "Bioactive applications for electrospun fibers". Polymer Reviews, 56, 631-667, 2016.

[67] Said SS, El-Halawey OM, El-Gowelli HM, Aloufy AK, Boraei NA, El-Khoradgui LI. "Bioburden-responsive antimicrobial PLGA ultrafine fibers for wound healing". European Journal of Pharmaceutics and Biopharmaceutics, 80, 85-94, 2012.

[68] Fayemi OE, Ekennia AC, Kataja-Seru L, Ebokaiwe AP, Ijomone OM, Onwudiwe DC. "Antimicrobial and wound healing properties of polycrylonitrile-moringa extract nanofibers". ACS Omega, 3(5), 4791-4797, 2018.

[69] Leung VKL. Engineering Design of Nanofiber Wound Dressings. PhD Thesis, The University of British Columbia, 2014.

[70] Vargas EAT, Do Vale Baracho NC, De Brito J, De Queiroz AAA. "Hyperbranched polyglycolic electrospun nanofibers for wound dressing applications". Acta Biomaterialia, 6(3), 1069-1078, 2010.

[71] Song DW, Kim SH, Kim HH, Lee KH, Ki CS, Park YH. "Multibiofunction of antimicrobial peptide-immobilized silk fibroin nanofiber membrane, Implications for wound healing". Acta Biomaterialia, 39, 146-55, 2016.

[72] Unnithan AR, Sasikala ARK, Thomas SS, Nejad AG, Cha YS, Park CH. "Strategic design and fabrication of biomimetic 3D scaffolds, unique architectures of extracellular matrices for enhanced adipogenesis and soft tissue reconstruction". Scientific Reports, 8(1), 1-12, 2018.

[73] Khan A, Xiangyang S, Ahmad A, Mo X. "Electrospinning of crude plant extracts for antibacterial and wound healing applications, a review". SM Journal of Biomedical Engineering, 4(1), 2-8, 2018.

[74] Themmoshi S, Dharmaraj N, Kadirvelu K, Kim HY. "Electrospun nanofibers, New generation materials for advanced applications". Materials Science and Engineering B, 217, 36-48, 2017.

[75] Nguyen TTT, Ghosh C, Hwang S-G, Tran LD, Park JS. "Characteristics of curcumin-loaded poly (lactic acid) nanofibers for wound healing". Journal of materials science, 48(20), 7125-7133, 2013.

[76] Fattahi FS, Khoddami A, Izadan H. "A Review on poly(lactic acid) textile goods finishing, plasma treatment, uv/ozone irradiation, superhydrophobic surface manufacturing and enzymatic treatment". Journal of Apparel Science and Technology, 18, 19-26, 2017.

[77] Scafaro R, Lopresti F, Marino A, Nostron A. "Antimicrobial additives for poly(lactic acid) materials and their applications, current state and perspectives". Applied Microbiology and Biotechnology, 102, 7739-7756, 2018.

[78] Fattahi FS, Khoddami A, Izadan H. "Review on production, properties, and applications of poly(lactic acid) fibers". Journal of Textile Science and Technology, 5(1), 11-17, 2015.

[79] Marija G, Sudip R, Jared B, Simon S, Graham B, Easta A. "Electrospun poly(aniline-co-ethyl 3-aminobenzoxazole)/poly(lactic acid) nanofibers and their potential in biomedical applications". Journal of Polymer Science Part A, Polymer Chemistry, 49, 4902-4910, 2011.

[80] Xu SC, Qin CC, Yu M, Dong RH, Yan X, Zhao H. "A battery-operated portable handheld electrospinning apparatus". Nanoscale, 7(29), 12351-12355, 2015.

[81] Foong CY, Hamzah MSA, Razak SA, Saidin S, Nayan NHM. "Influence of poly(lactic acid) layer on the physical and antibacterial properties of dry bacterial cellulose sheet for potential acute wound healing materials". Fibers and Polymers, 19(2), 263-271, 2018.

[82] Gomaa SF, Madkour TM, Mohannem S, El-Sherbiny IM. "New polyactic acid/cellulose acetate-based antimicrobial interactive single dose nanofibrous wound dressing mats". International Journal of Biological Macromolecules, 105, 1148-1160, 2017.

[83] Suganya S, Venugopal J, Ramakrishna S, Lakshmi B, Dev VG. "Naturally derived biofunctional nanofibrous scaffold for skin tissue regeneration". International Journal of Biological Macromolecules, 68, 135-143, 2014.

[84] Salma GF, Ibrahim SM, Madkour, "Fabrication and characterization of antibacterial herbal drug-loaded poly-lactic acid/cellulose acetate composite nanofibers for wound dressing applications". 13th International Conference on Nanotek and Expo, Phoenix USA, 5-7 December, 2016.

[85] Scafaro R, Lopresti F, D’Arrigo M, Marino A, Nostron A. "Efficacy of poly(lactic acid)/carvacrol electrospun membranes against Staphylococcus aureus and Candida albicans in single and mixed cultures". Applied Microbiology and Biotechnology, 102, 4171-4181, 2018.

[86] Cui W, Cheng L, Hu C, Li H, Zhang Y, Chang J. "Electrospun poly-(L-lactide) fiber with ginsenoside rgl3 for inhibiting scar hyperplasia of skin". Plos One, 8(7), e67771, 1-12, 2013.

[87] Varshosaz J, Jahanian A, Malkoothian M. "Montelukast incorporated poly(methyl vinyl ether co-maleic acid)/poly(lactic-co-glycolic acid) electrospun nanofibers for wound dressing". Fibers and Polymers, 18(11), 2125-2134, 2017.

[88] Li H, Williams GR, Wu J, Lv Y, Sun X, Wu H, Zhu LM. "Thermosensitive nanofibers loaded with ciprofloxacin as antibacterial wound dressing materials". International Journal of Pharmaceutics, 517(1-2), 135-147, 2017.
[98] Kontogiannopoulos KN, Assimopoulou AN, Tsivintzelis I, Panayiotou C, Papageorgiou VP. "Electrospun fiber mats containing shikonin and derivatives with potential biomedical applications". International journal of pharmaceutics, 409(1), 216-228, 2011.

[99] Jang SI, Mok JY, Jeon IH, Park KH, Nguyen TT, Park JS, Hwang HM, Song MS, Lee D, Choi KY. "Effect of electrospun non-woven mats of dibutylryl chitin/polylactic acid (PLA) blends on wound healing in hairless mice". Molecules, 17(3), 2992-3007, 2012.

[100] Mohiti-Asli M, Saha S, Murphy SV, Gracz H, Pourdeyhimi B, Atala A, Loboa EG. "Ibuprofen loaded PLA nanofibrous scaffolds increase proliferation of human skin cells in vitro and promote healing of full thickness incision wounds in vivo". Journal of Biomedical Materials Research Part B: Applied Biomaterials, 105(2), 327-339, 2017.

[101] Mohiti-Asli M, Pourdeyhimi B, Loboa EG. "Novel, silver ion releasing nanofibrous scaffolds exhibit excellent antibacterial efficacy without the use of silver nanoparticles". Acta Biomaterialia, 10(5), 2096-2104, 2014.

[102] Perumal G, Pappuru S, Chakraborty D, Nand Kumar AM, Chand D, Doble M. "Synthesis and characterization of curcumin loaded PLA-Hyperbranched polyglycerol electrospun blend for wound dressing applications". Materials Science and Engineering: C, 76, 1196-1204, 2017.

[103] Sadeghi A, Nolhasteh S, Molavi AM, Khorsand-Ghayeni M, Mahdavi-Shahri M. "Synthesis and characterization of collagen/P(3,4-dihydroxybutyrate)/PLLA biodegradable skin scaffold fibers". Regenerative biomaterials, 4(5), 309-314, 2017.

[104] Dhirendra SK, Kyle WR, Frank KK, Laurencin CT. "Bioreabsorbable nanofiber-based systems for wound healing and drug delivery, optimization of fabrication parameters". Journal of Biomedical Materials Research Part B: Applied Biomaterials, 70(2), 286-296, 2004.